The following full text is a publisher's version.

For additional information about this publication click this link.
http://hdl.handle.net/2066/123243

Please be advised that this information was generated on 2019-08-31 and may be subject to change.
Thermally excited multiband conduction in LaAlO$_3$/SrTiO$_3$ heterostructures exhibiting magnetic scattering

V. K. Guduru,$^{1,4}$ A. McCollam,$^1$ A. Jost,$^1$ S. Wenderich,$^2$ H. Hilgenkamp,$^2$ J. C. Maan,$^1$ A. Brinkman,$^2$ and U. Zeitler$^{1,4}$

$^1$High Field Magnet Laboratory and Institute for Molecules and Materials, Radboud University Nijmegen, 6525 ED Nijmegen, The Netherlands

$^2$Faculty of Science and Technology and MESA + Institute for Nanotechnology, University of Twente, 7500 AE Enschede, The Netherlands

(Received 7 October 2013; revised manuscript received 7 November 2013; published 10 December 2013)

Magnetotransport measurements of charge carriers at the interface of a LaAlO$_3$/SrTiO$_3$ heterostructure with 26 unit cells of LaAlO$_3$ show Hall resistance and magnetoresistance which at low and high temperatures is described by a single channel of electronlike charge carriers. At intermediate temperatures, we observe nonlinear Hall resistance and positive magnetoresistance, establishing the presence of at least two electronlike channels with significantly different mobilities and carrier concentrations. These channels are separated by 6 meV in energy and their temperature-dependent occupation and mobilities are responsible for the observed transport properties of the interface. We observe that one of the channels has a mobility that decreases with decreasing temperature, consistent with magnetic scattering in this channel.

The study of fundamental physical properties and potential applications of complex oxide heterostructures is a rapidly developing field of research.$^{1-3}$ Interest is largely focused on the applications of complex oxide heterostructures is a rapidly developing field of research.$^{1-3}$ Interest is largely focused on the configuration of the heterostructures.$^{21,22}$ In order to realize the full potential of LAO/STO heterostructures in technological applications,$^{2,3}$ the fundamental physical nature of the interface conductivity has to be understood thoroughly.

In this work we study the interface electronic structure of one specific type of LAO/STO heterostructure, which exhibits magnetic signatures.$^{3}$ We have performed transport experiments with the magnetic field oriented perpendicular and parallel to the interface, and measured the Hall resistance and sheet resistance in a wide temperature range and at high magnetic fields compared to previous magnetotransport reports.$^{6,7,23-26}$ We observed a strong, temperature-dependent, nonlinear Hall resistance accompanied by a large positive magnetoresistance (MR) at intermediate temperatures, and a negative MR at low temperatures.$^{27}$ We quantitatively analyze our data using a simple two-carrier model, considering two electronlike conduction channels with different densities and mobilities. Our interpretation is in line with recent observations that two-channel (electronlike) conduction can be realized in similar LAO/STO heterostructures by means of UV illumination on the surface of a sample at low temperature.$^{14}$ Furthermore, we show that the negative MR at low temperatures is not a result of two-band conduction alone. Rather, we observe that one of the channels has a mobility that decreases with decreasing temperature, consistent with the previously suggested$^6$ magnetic scattering scenario in this channel.

The sample used for our measurements was grown by pulsed laser deposition using a single-crystalline LaAlO$_3$ target. The 10 nm (26 unit cells) LAO film was deposited on a 5 mm × 5 mm TiO$_2$-terminated single crystal STO [001] substrate,$^{28}$ at a substrate temperature of 850°C and an oxygen pressure of 2 × 10$^{-3}$ mbar. The growth of the LAO film was monitored using in situ reflection high-energy electron diffraction, indicating that layer-by-layer growth of individual LAO unit cells (uc) is preserved up to 26 uc. After the growth, the sample was cooled to room temperature with the oxygen pressure remaining at 2 × 10$^{-3}$ mbar.

The sample was mounted on a ceramic chip carrier and electrical contacts were made by ultrasonically bonding aluminum wires. The sample resistance was measured with the contacts as schematically depicted in the inset of Fig. 1: We denote the resistance as $R_{ij,kl}$, where current is passed through the contacts $i$ and $j$, and the voltage drop is measured between $k$ and $l$. For a homogeneous sample, the sheet resistance $R_s$ is calculated from $R_{34,56}$ using the relation $R_s = 1.5 \times R_{34,56}$. We have determined the numeric ratio between $R_s$ and $R_{34,56}$ by van der Pauw measurements on different contact configurations where we find similar values for $R_s$.

The magnetotransport measurements were performed in a temperature controlled He flow cryostat and in a pumped 3He system at magnetic fields up to 30 T. The sheet resistance and Hall resistance ($R_{xy} = R_{34,12}$) were measured for both positive and negative magnetic field directions, using a standard, low-frequency lock-in technique with an excitation current of 1 $\mu$A. In order to exclude admixtures of $R_s$ in $R_{xy}$ or vice versa we always show the antisymmetrized Hall resistance data and symmetrized sheet resistance data in the remainder of this Rapid Communication. The results we report here have been reproduced on several similar samples.

The measured sheet resistance $R_s$ is shown as a function of temperature between 2 and 300 K in Fig. 1. Three distinct regimes can be observed in $R_s(T)$: In region I, from 2 to...
7.5 K, the sheet resistance decreases logarithmically with an increase in temperature up to 7.5 K, which is attributed to the Kondo effect originating from the scattering of mobile carriers off localized magnetic moments (our measurements do not extend to low enough temperature to see saturation of this effect); in region II, from 7.5 to 50 K, a further increase in temperature leads to a sharp decrease of resistance with a minimum value around 50 K; in region III, above 50 K, the sample resistance increases monotonically with temperature, which can be attributed to electron-phonon scattering.

Figures 2(a) and 2(b) show the Hall resistance and sheet resistance, respectively, in the magnetic field applied perpendicular to the LAO/STO interface, for temperatures between 0.3 (region I) and 65 K (region III). At low temperatures, below 7.5 K, the Hall resistance is linear and independent of temperature, and the sheet resistance decreases as a function of magnetic field, resulting in a strong negative MR. At intermediate temperatures, from 7.5 to 50 K, the Hall resistance is strikingly nonlinear and the sheet resistance increases strongly as a function of magnetic field, resulting in a large positive MR. At high temperatures, above 50 K, the Hall resistance is linear and the sheet resistance increases slightly as a function of magnetic field, resulting in a negligible positive MR. We also observed a similar nonlinear Hall resistance accompanied by a large positive MR, in several other LAO/STO samples with different thicknesses (5, 10, 15, and 20 unit cells) of LAO film at low temperature (4.2 K).

Observations of a temperature-dependent MR (positive and/or negative) and (nonlinear) Hall resistance have been well documented in many different materials; for example, in doped conventional semiconductors such as n-type Ge, GaAs, InSb, and Mn doped GaAs, 29–32 in noble metals doped with transition elements, such as Au doped with Co, 33 and in (magnetic) semiconductor heterostructures (AlGaAs/GaAs, InMnAs/GaAlSb), 34,35 as well as in perovskite oxide heterostructures (LaTiO3/SrTiO3, LaVO3/SrTiO3, LaNiO3/SrTiO3). 36–38 A temperature-dependent crossover from negative to positive MR has also been observed in doped semiconductors (In doped CdS) 39 and in magnetic semiconductor heterostructures (InMnAs/GaAlSb). 32,35 The general consensus is that positive MR and nonlinear Hall resistance arise due to the contribution to transport of two parallel channels of charge carriers with different mobilities. The change in resistance is attributed to the change of electron distribution and mobility in these two channels, caused by the temperature or magnetic field. Negative MR is largely attributed to scattering of conduction charge carriers with localized magnetic moments: The external magnetic field reduces this scattering and results in a decrease of resistance. 39

Figure 2(c) shows the sheet resistance data for the applied magnetic field oriented parallel to the LAO/STO interface, for temperatures between 0.3 (region I) and 40 K (region II). At low temperatures, the sheet resistance decreases as a function of magnetic field, resulting in a strong negative MR. The MR below 4.2 K is independent of the field orientation, at odds with an interpretation in terms of weak localization, and consistent with electron spin scattering off localized magnetic moments. 6 The decrease in magnitude of the negative MR with increased temperature can be attributed to the delocalization of magnetic moments by thermal excitation at higher temperatures. 23,40 At intermediate temperatures, the sheet resistance is almost field independent.

The linear Hall resistance below 7.5 K (region I) and above 50 K (region III) can be described using the conventional single-carrier model. The carrier concentration \( n_1 = B R_{xy} e \) and mobility \( \mu = 1 / \epsilon e n_1 \) are extracted from the slope of the linear Hall resistance data and zero-field sheet resistance.
FIG. 3. (Color online) The temperature dependence of sheet carrier density \( n \) and mobility \( \mu \) obtained from the analysis of experimental data in Figs. 2(a) and 2(b). (a) The sheet carrier density \( n \) for regions I and II are shown as open circles \( (n_1) \), filled circles \( (n_2) \), and for region III are shown as stars. (b) The carrier mobility \( \mu \) for regions I and II is shown as open circles \( (\mu_1) \), filled circles \( (\mu_2) \), and for region III is shown as stars. The connecting dashed lines between the data points are guides to the eye.

\[ R_s(0) \text{ with } e \text{ as the electronic charge. The values obtained for } n \text{ and } \mu \text{ by the single-carrier model are shown in Figs. 3(a) and 3(b).} \]

In contrast, the nonlinear Hall resistance and positive MR between 7.5 and 50 K (region II) cannot be explained within a single-carrier model, but rather suggest a multichannel system. A similar nonlinear Hall resistance and positive MR were observed previously in \( \text{LaTiO}_3/\text{SrTiO}_3 \), and explained in terms of two-channel conduction from electronic bands with different mobilities, \( \mu_1, \mu_2 \), and carrier densities, \( n_{1,2} \). We use similar two-electron-band expressions:

\[ R_{s1}(B) = \frac{B}{\mu_1 n_1 + n_2 \mu_2} (\mu_1 n_1 + n_2 \mu_2) ^2 (n_1 + n_2) \]

\[ R_{s2}(B) = R_s(0) \left[ 1 + \left( \frac{n_1 \mu_1 n_2 \mu_2 (\mu_1 - \mu_2)^2 B^2}{(n_1 \mu_1 + n_2 \mu_2)^2 + ((n_1 + n_2) \mu_1 \mu_2 B^2)^2} \right) \right] \]

FIG. 4. (Color online) (a) Arrhenius plot of the thermally excited carrier density \( n_2 \). The slope of the dashed line gives \( \varepsilon = 6 \text{ meV} \). (b) Schematic representation of the 2D level structure with constant density of states for the two parallel electronlike conduction channels at the interface. At \( T = \text{0 K} \), the level \( D_1 \) is occupied up to the Fermi energy \( E_F \) (dotted line); at \( T = \text{60 K} \), broadening \( 6 \text{ meV} \) of the Fermi function results in the occupation of level \( D_2 \).
mobilities of the two electron channels become comparable and the two channels no longer give distinguishable contributions to the transport (see expressions 1 and 2). The total carrier concentration and mobility are then obtained from a single band calculation. The total carrier concentration remains temperature independent and the average mobility further decreases with increasing temperature.

We explain our results by tentatively considering two simplified interface electronic states with a constant two-dimensional (2D) density of states $D_1$ and $D_2$ as schematically depicted in Fig. 4(b). The oxygen vacancies in STO (each oxygen vacancy donates two free electrons) and/or the electronic reconstruction (half an electron transfer from LAO to STO) give a reservoir of charge carriers at the interface, which includes both localized and mobile carriers. At finite (low) temperature (region I), the charge carriers are present in a lower energy level ($D_1$) which has a low mobility ($\mu_1$) and high electron density ($n_1$). These carriers are responsible for the observed Kondo-type behavior (i.e., logarithmic increase of sheet resistance accompanied by the decrease of carrier mobility for decreasing temperature down to 0.3 K), negative MR, and linear Hall resistance. On increasing the temperature through region II, broadening of the Fermi function results in the thermal excitation of charge carriers into a higher energy level ($D_2$) separated from the lower level by 6 meV, which has a high mobility ($\mu_2$) and low electron density ($n_2$). Both the low and high mobility bands contribute to the transport in region II and are responsible for the observed large, positive MR, and nonlinear Hall resistance. When the temperature is further increased above 50 K (region III), the mobilities of these two conduction channels become similar. As a result we cannot distinguish the two band conduction any longer, which eventually gives rise to a linear Hall resistance and a negligible MR.

Our results and analysis strongly suggest that at least two channels of electronlike carriers at the interface are responsible for the observed transport behavior in these LAO/STO heterostructures exhibiting magnetic scattering, but they do not allow us to determine the exact physical origin of these interface conduction channels. However, from similarities between our results and available information in the literature, we can propose a few possibilities for the origin of the observed electron bands. It has been predicted theoretically and shown experimentally\(^{11}\) that the magnetism in LAO/STO originates from the $t_{2g}$ band of Ti-3$d$ orbitals, specifically from the energy level formed from $d_{xy}$ orbitals with Ti$^{3+}$ character. This suggests that in our sample the observed energy level ($D_1$) associated with the low mobility carriers ($n_1, \mu_1$) and responsible for magnetic effects (Kondo effect, negative MR), could originate from these $d_{xy}$ orbitals. The observed energy level ($D_2$) associated with the high mobility carriers ($n_2, \mu_2$) is separated by 6 meV from the low mobility level in our sample; this activation energy is strikingly similar to values found in earlier experimental results of carrier activation in SrTiO$_3$/LaAlO$_3$/SrTiO$_3$ heterostructures,\(^{41,42}\) and comparable to La doped SrTiO$_3$.\(^{43}\) There is evidence from previous work that the higher-energy conduction channel we observe is likely to have primarily $d_{x^2-y^2}$ character.\(^{44-46}\) This seems to be a reasonable assumption for our sample, based on the energy separation of the conducion channels and the carrier density involved.\(^{46,47}\)

We have also performed similar measurements on LAO/STO samples with thinner LAO layers (20, 15, 10, 5 uc of LAO) where we observe two-channel conduction of a high mobility and a low mobility channel, which in contrast to the 26 LAO system, is present down to the lowest temperatures. We interpret this observation by a different energetic alignment of the two channels. This coexistence at low temperature precludes a clear distinction of their individual contribution to magnetotransport as compared to the 26 LAO system where the two channels are well separated.

In summary, we have performed magnetotransport experiments on a magnetic LaAlO$_3$/SrTiO$_3$ interface, with a 10 nm (26 unit cells) LaAlO$_3$ film, in magnetic fields up to 30 T. Our experimental results show that the low-temperature regime ($T \leq 4.2$ K) is dominated by a single charge carrier type with a low mobility, yielding a linear Hall resistance and negative MR. Increasing the temperature above 4.2 K leads to a significant decrease of the resistance, a strong positive MR appears, and the Hall resistance becomes distinctly nonlinear. Our observations are quantitatively explained by thermal excitation of an additional high mobility electron channel situated 6 meV above the low mobility channel.

This work has been performed at the HFML-RU/FOM member of the European Magnetic Field Laboratory (EMFL) and is part of InterPhase programme supported by the Foundation for Fundamental Research on Matter (FOM) with financial support from the Netherlands Organisation for Scientific Research (NWO).
THERMALLY EXCITED MULTIBAND CONDUCTION IN . . .

PHYSICAL REVIEW B 88, 241301(R) (2013)